Effect of Dust Deposition on the Performance of Thin Film Solar Cell

Mahfoud Abderrezek, Mohamed Fathi
Unité de Développement des Equipements Solaires,
Centre de Développement des Energies Renouvelables,
Tipaza 42415, Algérie
mahfoud_cbi@yahoo.fr

Abstract—The effect of dust on the performances of the thin-film solar cell CZTS (Cu2ZnSnS4) was investigated. With the use of the spectrophotometric measuring instrument, an experimental study was made on one piece of glass of 10X10 cm² with different levels of deposited dust (soil), it will allow to estimate the resulting solar spectrum affected by the dust deposited on the piece of the glass, the affected spectrum by the dust deposition is used as an input spectrum for solar cell simulator SCAPS-1D (Solar Capacitance simulator in one dimension), the obtained results showed that when the accumulation of the dust increased on the solar cells surface, the short current density and the maximum power of the solar cells was affected strongly.

Index Terms—Dust; SCAPS-1D; Solar cells; CZTS.

I. INTRODUCTION

The importance of the energy in our society became obvious during the last years. Among the different alternative energies, the solar energy has the very desirable property to be essentially unlimited and not to be polluting nor physically dangerous [1]. With the various applications of the photovoltaic solar energy in the terrestrial and spatial fields, the improvement of the conversion efficiency of the cells solar becomes indispensable with their outdoor work environment.

The main parameters affecting the energy production of the photovoltaic (PV) module during its operation in outdoor installations are: Humidity rate, wind speed, Intensity of illumination, operating temperature and the soiling [2].

Recently, the study of the dust effect on the energy yield of PV modules is becoming one of the topical issue in field of renewable energy [3]–[5] due to the evolution of the PV module manufacturing technology (Si monocrystalline, Si amorphous, thin layer). Also, the need to make installation in various sites which implies different deposited dust types.

The adaptation between the various types of PV modules technologies and the environments of their installation sites requires making pilot installations in the desired site in order to be able to choose the best type of modules that it fits well with this site, this will take a long time of examination and will imply an increase in the rate of investment. The study of the dust effect with numerical simulation will save time and minimize the investment rate of PV central.

In this paper, we propose a numerical simulation based on experimental results of calculated solar spectrum allowing us to study the effect of dust on the solar cells, from calculated solar spectrum resulting from the forced dust deposition on a piece of glass, a numerical simulation is done on CZTS solar cell and other solar cells like CIGS and a-Si to choose the best technology adapted to the dusty environment.

II. EXPERIMENTS

In order to simulated the effect of the dust on the solar cells, a preliminary experimental study must be done to calculate the solar spectrum under a dusty glass, A piece of glass with surface of 10x10 cm² and 3 mm of thickness is used as sample bearer of the dust studied. The solar spectrum is calculated for different densities of deposited dust, the experimentally calculated spectrum is introduced as an input solar spectrum for SCAPS-1D solar simulator.

The outdoor test bench used for this experiment is shown in Fig. 1.
It consists of a mechanical structure bearing the sample of glass to be tested oriented to the south and tilted 37° to obtain maximum irradiation of the solar spectrum with respect to our position’s latitude (Tipaza-Algeria), a spectrophotometer CL500A is used to plot the solar spectrum resulting from the deposited dust on the glass (measured light spectrum varies from 360 to 780 nm). In addition, a Radiometer LP 471 is used to calculate the solar irradiation of the solar spectrum (number of watt by meter square; W/m²). The dust is deposited uniformly on the glass by an air compressor. The type of dust deposited is soil, it is characterized by its grain size there varies between [100-300 μm] [6], [7].

A. Result and Discussion

Figure 2(a) shows the results of the experimental measurements representing the variation of the solar spectrum in function of the dust density. The dust density is defined as the ratio between the dust’s weight and the glass area, and Fig. 2(b) demonstrates that the degradation of solar spectrum increases in accordance to the wavelength. Figure 2(c) shows the variation of solar spectrum irradiation (W/m²) as a function of dust density, the decrease in solar irradiance became linear with the increase in the deposited dust density, a losses coefficient of (-87.81) is calculated. Figure 3 presents the transmission coefficient of the clean glass used in this experiment; it is calculated by the ratio between the solar spectrum on the backside of the glass and the solar spectrum on the front side of the glass, this coefficient permitted to estimate the reflection losses by 7%. The sets of these results obtained in this section are used as input data file in the simulation part with SCAPS-1D solar simulator.

III. SIMULATION

The cell is composed with a Window layer represented by Transparent Conductive Oxide (ZnO), Buffer layer represented by (CdS) material and finally the absorber layer represented with CZTS material. The main parameters of CZTS/CdS/ZnO solar cell used in the simulation are shown in Tables 1. Solar cell characteristics were assessed using the one dimensional numerical simulator SCAPS1-D Edition 2.9.4, it is developed for modelling solar cell structures of the CIGS, CuInSe₂ and the CdTe family [8], with this simulator the user have the possibility to change or modify the input solar spectrum.

Fig. 2. Effect of dust density on the solar spectrum and irradiance: (a) effect of dust on the solar spectrum; (b) rate of solar spectrum degradation due dust deposition variation; (c) effect of dust on the solar irradiance.

Fig. 3. Transmission coefficient of clean glass sample.

Fig. 4. Structure of the CZTS/CdS/ZnO solar cell used in simulation with dusty glass.
TABLE I. MAIN PARAMETERS OF THE CZTS/CDS/ZNO SOLAR CELL USED IN THE SIMULATION [9, 10].

| Semiconductor parameter’s       | ZnO       | CdS       | CZTS      |
|----------------------------------|-----------|-----------|-----------|
| Layer thickness (µm)             | 0.2       | 0.05      | 2.68      |
| Band gap (eV)                    | 3.3       | 2.4       | [4, 2]    |
| Dielectric permittivity          | 9         | 10        | 10        |
| (relative)                       |           |           |           |
| Electron mobility (cm²/Vs)       | 100       | 100[4], 350[2] | 100        |
| Hole mobility (cm²/Vs)           | 25        | 25[4], 50[2] | 25        |
| N_e effective density of states  | 2.2E18    | 2.2E18[4], 1.8E19[2] | 2.2E18    |
| (1/cm³)                          |           |           |           |
| N_v effective density of states  | 1.8E19    | 1.8E19[4], 2.4E18[2] | 1.8E19    |
| (1/cm³)                          |           |           |           |
| Absorption coefficient (cm⁻¹)    | SCAPS data | SCAPS data | 2.5E4     |

The mathematical model of solar cell is given by the following equations

\[ I_{SC} = I_2 - I_0 \left[ e^{ \frac{q(V + JR_S)}{AK_BT} } - 1 \right] - J_2 \left[ e^{ \frac{q(V + J_R)}{AK_BT} } - 1 \right] \left( \frac{V + J_R}{R_{sh}} \right) \]

\[ (1) \]

where \( I_{SC} \) is the short circuit current, \( T \) is the absolute temperature in Kelvin, \( I_0 \) is the light-generated current, \( I_0 \) and \( I_0 \) are the two saturation current densities, \( A \) and \( A' \) are the ideality factors of these diodes, \( R_s \) and \( R_{sh} \) are respectively a series and some shunt resistances.

The open circuit voltage is given by

\[ V_{OC} = \frac{AK_BT}{q} \ln \left[ 1 + \frac{I_0}{I_1} \right]. \]

\[ (2) \]

where \( I_0 \) is the dark current density.

The efficiency of a photovoltaic solar cell is defined as the ratio of the maximum electrical power output \( P_{MAX} \), compared to the solar optical power input

\[ \eta = \frac{P_{MAX}}{P_{in}} \]

\[ (3) \]

where \( P_{in} \) is taken as the product of the irradiance of the incident light and the surface area of the solar cell, measured in W/m² or in suns (1000 W/m²),

\[ P_{MAX} = |V| \times V_{OC} \times I_{SC}. \]

\[ (4) \]

where FF represents the fill factor; it determines losses within the solar cell. This factor allows optimization of the solar cells performances.

Under condition of a different illumination, caused with a uniform shadow represented by uniformed distribution of the dust on the solar panel or by Cloudy skies, the short circuit current of the solar cell \( I_{SC} \) is varied proportionally with the illumination \( (I_{SC} = k \times F) \) (where \( k \) is a constant and \( F \) the luminous flux). In this paper we present the case of the uniform deposition of the dust on the solar cell which is the objective of this paper.

A. Result and Discussion

First, CZTS solar cell is simulated under Standard Test Condition (STC): ambient temperature of 300°C and solar irradiance of 1000 W/m² (AM1.5G spectrum). Fig. 5 presents the simulation curves of J-V and PV for CZTS solar cell under standard test conditions. To study the behavior of CZTS solar cells in a dusty environment, we use the obtained results of local solar spectrum calculated in the experimental part, this data is used as an input spectrum in Scaps-1D simulator. The obtained simulation result with varied dust density are shown in Fig. 6.

Fig. 5. J-V and P-V characteristics of CZTS/CdS/ZnO solar cell in standard test condition.

Fig. 6. SCAPS-1D Simulation results of CZTS/CdS/ZnO solar cell with different dust density levels: (a) I-V characteristic; (b) P-V characteristic.

Figure 6 shows, that with the increase of dust density levels the short circuit-current and the maximum power of
the CZTS solar cell are affected strongly, on the other hand, the voltage is affected slightly by the variation of the dust density, these results are explained by the diminution of the solar spectrum due to the uniform deposition of the dust which is in accordance with the results obtained in Fig 2 and the experimental works done on the PV module refereed in
[11]–[13].

Table 2 summarize the effect of the dust deposition on open circuit voltage, short current and maximum power of CZTS solar cells with, it is noticed that with the increase of the dust density more than 0.28 gr/100cm², the variation in \( J_{sc} \) and \( P_{max} \), becomes noticeable, which a relative reduction in maximum power down to 60% is corresponding. This result is confirmed by experimental works done on photovoltaics panels; Appels et al., [14].

### Table II. Dust Effect on CZTS Solar Cell Performances.

| Dust weight | 0gr  | 0.08gr | 0.28gr | 0.68gr | 1gr  |
|-------------|------|--------|--------|--------|------|
| \( V_{oc} \) | 0.980 | 0.977  | 0.969  | 0.949  | 0.925|
| \( J_{sc} \) | 13.362 | 12.264 | 9.740  | 5.884  | 3.843|
| \( P_{max} \) | 8.632  | 7.782  | 5.835  | 2.930  | 1.364|

#### B. Comparative Study

In order to compare the behavior of CZTS solar cell with other existing solar cell under dusty environment, a comparative study is done between CZTS solar cell and two other cells CIGS and a-Si. Figure 7 presents the variation of normalized power as function of the deposited dust density.

![Effect of dust on the normalized power of solar cells.](https://example.com/f7.png)

Fig. 7. Effect of dust on the normalized power of solar cells.

![Quantum Efficiency of CIGS, CZTS and a-Si solar cells.](https://example.com/f8.png)

Fig. 8. Quantum Efficiency of CIGS, CZTS and a-Si solar cells.

The results show that the CZTS solar cell presents the lowest performances in comparison with a-Si and CIGS solar cells. For CIGS and a-Si solar cells the obtained results are in accordance with those obtained by Russell et al., [15], this team demonstrated experimentally that CIGS PV modules have good behavior in dusty environment in comparison with a-Si. This result is explained by the good crystallographic orientation of CIGS solar cell in comparison with the other cell. In addition, CIGS solar cells have large quantum efficiency in comparison with a-Si and CZTS solar cells, observed on the solar spectrum in the range between 380 and 780 nm (Fig. 8).

### IV. CONCLUSIONS

In this work, a new method for study the effect of the dust on the solar cells was proposed, to estimate the effect of the dust on the solar spectrum an experimental study was done on a glass plate, the reflection losses of the glass plate is estimated by 7%. Also, the decrease in solar irradiance affected by the dust is calculated, it varied linear with the increase in the density of deposited dust, the losses coefficient of solar irradiance is estimated to (-87.81). The simulation of CZTS solar cell in dusty environment was done based on the obtained solar spectrum affected by dust deposition on the glass plate. The obtained results show a strong degradation in the density of the current and the maximum power of the CZTS solar cell, the increase of the dust density more than 0.28gr/100cm², makes the variation in \( J_{sc} \) and \( P_{max} \) noticeable, which gives a relative reduction in maximum power down to 60%. A comparative study demonstrates that the CZTS solar cell have lower performance with dusty environment in comparison with CIGS and a-Si.

### ACKNOWLEDGMENT

The authors wish to thank Dr. M. Burgelman’s group of Electronics and Information Systems (ELIS). University of Gent for the SCAPS-1D program tool.

### REFERENCES

[1] M. Anish, B. Fabian, G. A. Jesper, H. Fredrik, “A review of solar energy based heat and power generation Systems”, Renewable and Sustainable Energy Reviews, vol. 67, pp. 1047–1064, 2017. DOI: https://doi.org/10.1016/j.rser.2016.09.075.

[2] V. Balasubramanian, Solar Energy: Fundamentals. Ch. 7, 2017, pp. 139–147.

[3] T. Julius, P. David, W. Jonathan, U. Tania, “Dust Effect and its Economic Analysis on PV Modules Deployed in a Temperate Climate Zone”, Energy Procedia, vol. 100, pp. 65–68, 2016. DOI: 10.1016/j.egypro.2016.10.154.

[4] M. Umer, A. Al-Sulaiman Fahad, B.S. Yilbasb, “Characterization of dust collected from PV modules in the area of Dharan, Kingdom of Saudi Arabia, and its impact on protective transparent covers for photovoltaic applications”, Solar Energy, vol. 141, pp. 203–209, 2017. DOI: 10.1016/j.solener.2016.11.051.

[5] G. Yanling, Z. Hao, X. Bin, Z. Zhi, Y. Xuzhou, “In-situ investigation of the effect of dust deposition on the performance of polycrystalline silicon photovoltaic modules”, Renewable Energy, vol. 101, pp.1273–1284, 2017. DOI: 10.1016/j.renene.2016.10.009.

[6] J. K. Kaldellis, M. Kapsali, “Simulating the dust effect on the energy performance of photovoltaic generators based on experimental”, Energy, vol. 36, no. 8, pp. 5154–5161, 2011. DOI: 10.1016/j.energy.2011.06.018

[7] D. Andriukaitis, R. Anilonis, “Oxidation process and different crystallographic plane orientation dependence simulation in micro and nano scale structures”, in Proc. of 29th International Conference on Information Technology Interfaces (ITI 2007), Cattav/Dubrovnik, Croatia, 2007, pp. 573–578. DOI: 10.1109/ITI.2007.4283835.

[8] O. K. Simya, A. Mahabooobbatca, K. Balachander, “A comparative study on the performance of Kesterite based thin film solar cells using SCAPS simulation program”, Superlattices and Microstructures, pp. 248–261, 2015. DOI: 10.1016/j.spmi.2015.02.020.

[9] C. Wadia, A. Alivisatos, P. Kammen. D. Materials, “Availability expands the opportunity for large-scale photovoltaics deployment”,

44
Environ. Sci. Technol., pp. 2072–2077, 2009. DOI: 10.1021/es8019534.

[10] I. Kentaro, Copper Zinc Tin Sulfide-Based Thin-Film Solar Cells, John Wiley & Sons. Ltd, 2015.

[11] S. Christian, B. Stefan, K. Michael, “Impact of soiling on IV-curves and efficiency of PV-modules”, Solar Energy, vol. 112. pp. 259–262, 2015. DOI: 10.1016/j.solener.2014.12.003.

[12] M. R. Maghami, et al., “Power loss due to soiling on solar panel: A review”, Renewable and Sustainable Energy Reviews, vol. 59. pp. 1307–1316, 2016. DOI: 10.1016/j.rser.2016.01.044.

[13] R. Abhishek, P. Rohit, M. Monto, “Praveen Ramamurthy, Influence of dust deposition on photovoltaic panel performance”, Energy Procedia, vol. 54, pp. 690–700, 2014. DOI: 10.1016/j.egypro.2014.07.310.

[14] A. Reinhart et al., “Effect of soiling on photovoltaic modules”, Solar Energy, vol. 96, pp. 283–291, 2013. DOI: 10.1016/j.solener.2013.07.017.

[15] K. J. Russell, B. Abdulaziz, Al S.i Abdullah, Al Q. Ayman, O. Al A. Ahmed, Al S. Yousef, A. Maher, A. Al-H. Shafi, “Optimized Cleaning Cost and Schedule Based on Observed Soiling Conditions for Photovoltaic Plants in Central Saudi Arabia”, IEEE journal of photovoltaics, vol. 6, no. 3, 2016.